Low Cost CaTiO3 Perovskite Synthesized from Scallop (Anadara granosa) Shell as Antibacterial Ceramic Material

Is Fatimah*, Rico Nur Ilahi, Rismayanti Pratami

1Program Studi Kimia, FMIPA, Universitas Islam Indonesia, Kampus Terpadu UII, Jl. Kaliurang Km 14, Sleman, Yogyakarta, Indonesia 55581, email: isfatimah@uii.ac.id

Abstract. Research on perovskite CaTiO3 synthesis from scallop (Anadara granosa) shell and its test as material for antibacterial ceramic application have been conducted. The synthesis was performed by calcium extraction from the scallop shell followed by solid-solid reaction of obtained calcium with TiO2. Physicochemical character of the perovskite was studied by measurement of crystallinity using x-ray diffraction (XRD), diffuse-reflectance UV Visible spectrophotometry, scanning electronic microscope-energy dispersive x-ray (SEM-EDX) and Fourier-Transform InfraRed. Considering the future application of the perovskite as antibacterial agent, laboratory test of the peroskite as material in antibacterial ceramic preparation was also conducted. Result of research indicated that perovskite formation was obtained and the material demonstrated photocatalytic activity as identified by band gap energy (Eg) value. The significant activity was also reflected by the antibacterial action of formed ceramic.

1. Introduction

Antibacterial materials paid intensive attention recently due to the world’s need on hygiene and sanitation. Due to this trend, investigation on new and low cost and economist antibacterial materials is widely studied. Titanium dioxide-based materials get more attention in this purpose since it is known as photoactive and having high band gap energy responsible for bacteria disinfection. As composite of TiO2, CaTiO3 perovskite material is a kind of material have been attracting significant attention due to their rich physical and chemical properties such as stability especially for ceramic application[1,2]. Perovskite ABO3 is a new inorganic nonmetallic material which has unique physical and chemical properties; A is usually rare earth or alkaline earth elements ion; B is the transition element ions; A and B can be partially replaced by other radius similar metal ions to maintain its crystal structure essentially the same, so in theory, it is the ideal sample to study the surface of the catalyst and catalytic properties. Perovskites have stable crystal structure, unique electromagnetic properties and high oxidation-reduction, hydrogenolysis, isomerization, electrocatalysis and other activity. With the interstitially titanium having semiconductor properties, perovskite is also widely used for photocatalytic applications. Within this scheme, the properties of material can be implemented for photocatalytic disinfection of some bacteria[3,4].

Basic principle of the synthesis of CaTiO3 perovskite material is the solid-solid reaction of CaO or Ca(OH)2 with TiO2 at a certain molar composition[5]. Calcium source itself can be derived by low cost and/or animals wastes such as molusca shells. Beside of the advantageous as the low cost calcium source, the utilization of molusca shells is also an alternative of waste utilization. By high potency of biogenic calcium from some snail animals, this research aimed to synthesize CaTiO3 perovskite material
from scallop (*Anadara granosa*) shell and its laboratory-scale testing as antibacterial agent in the production of ceramic material. Refer to some investigations that the character of material is driven by the composition of Ca and Ti in the structure, investigation on the effect of Ca: Ti ratio on the physicochemical character of prepared CaTiO$_3$ perovskite material.

2. Materials And Methods
2.1. Materials
Materials used in this research were Scallop shell obtained from traditional market waste in Sleman District, Yogyakarta, Indonesia, kaolinite obtained from Sukabumi, West Java, TiO$_2$ purchased from Merck, Germany. Method: Scallop shell was calcined at 1000°C for 2 hours in order to get CaO from the shell. The obtained powder was then mixed with TiO$_2$ at the Ca: Ti molar ratio of 1:20; 1:30 and 1:50 and grinded together before was calcined at 400°C for 4 hours. The obtained sample was encoded as CaTiO$_3$ for further analysis using X-Ray diffraction, diffuse reflectance-UV Visible spectrophotometry and scanning electron microscope-energy dispersive x-ray (SEM-EDX). Ni filtered-Cu K$\alpha$ radiation was used for XRD analysis using Philips Benchtop instrument and the step size of the analysis was 0.4°/min. JASCO V760 UV-DRS instrument was employed for determination of diffuse reflectance spectra and SEM-JEOL was utilized for surface profile and EDX analysis.

2.2. Ceramic formation
CaTiO$_3$ material was applied as antibacterial agent in ceramic formation. The preparation of ceramic material was conducted by mixing kaolinite clay, ball mill clay and gypsum together with CaTiO$_3$ in the certain weight ratio. The mixture was molded and the surface coating of ceramic was conducted by smearing CaTiO$_3$-kaolinite smeary mixture on the mold compounded by using water until the stable dough of the mixture was obtained. The stable dough was then calcined at 1200°C for 4 hours. Steps of the ceramic preparation is presented in Figure 1.

![Figure 1](image-url)

**Figure 1.** (a) preparation of antibacterial agent using CaTiO$_3$ (b) surface coating of ceramic (c) stable molded composite
Antibacterial activity of CaTiO$_3$-coated ceramic was tested in water containing coliform. Varied treatment of the water was:

- (a) No treatment
- (b) Water sample + UV
- (c) Water sample + Coated Ceramic + UV
- (d) Water sample + Uncoated Ceramic + UV

The coliform disinfection was calculated by following equation:
\[
\text{% desinfection} = \frac{[\text{initial coliform} - \text{coliform after treatment}]}{[\text{initial coliform}]} \times 100\% \quad \ldots \quad (1)
\]

Total coliform was analyzed by using most probable number (MPN) method.

**3. Results and Discussion**

Figure 2 shows the comparison on XRD pattern of derived CaO from scallop shell and prepared CaTiO\(_3\). Derived calcined scallop shell exhibits the reflections at 2\(\theta\): 18.97 and 37.39\(^\circ\) that are corresponding to the presence of CaO and the reflection at 17.87\(^\circ\) and 34.18\(^\circ\) as indication of Ca(OH)\(_2\). The data representing the incomplete conversion of Ca-containing in the scallop shell during the calcination. Furthermore, the prepared CaTiO\(_3\) express the formation of TiO\(_2\) in composite form with Ca in the form of CaTiO\(_3\) by some reflections as indication of anatase formation [6,7].

![Figure 2. XRD pattern of CaO from Scallop and CaTiO3 from varied Ca:Ti ratio](image)

From the SEM-Profile of materials (Figure 3), it can be seen that there is no significant difference of the surface over perovskite synthesis.
Figure 3. SEM profile of (a) CaO from Scallop (b-d) CaTiO$_3$ from varied Ca:Ti of 1:20, 1:30 and 1:50

The potency of prepared CaTiO$_3$ as photoactive material is shown by the DRS spectra (Figure 4). The calculation of band gap energy (E$_g$) from Kubelka-Munk equation ($f[R]$) gives the value of 3.2 eV. This value is fit with the band gap energy range of TiO$_2$ material responsible for a semiconductor material[8].

Figure 4. UV-DRS spectra of CaTiO$_3$

Antibacterial activity of the material is expressed by the percentage of total coliform disinfection from Table 1.

Table 1. Antibacterial activity test of coated ceramic
| Treatment                                         | Total Coliform disinfection (%) |
|--------------------------------------------------|---------------------------------|
| Water sample                                     | 0± 0.0001                       |
| Water sample + UV                                | 0± 0.0001                       |
| Water sample + Coated Ceramic (1:20) + UV        | 99± 0.04                        |
| Water sample + Coated Ceramic (1:30) + UV        | 99± 0.04                        |
| Water sample + Coated Ceramic (1:50) + UV        | 99± 0.04                        |
| Water sample + Uncoated Ceramic + UV             | 90± 0.04                        |

From the data in Table 1 it is concluded that derived CaTiO$_3$ exhibited antibacterial activity as the total disinfection increases by the utilization of coated ceramic in the disinfection treatment while the UV-treatment gives no disinfection activity. From the varied Ca:Ti ratio, it is found that the ratio does not give effect to the disinfection activity means that similar activity found for Ca:Ti range of 20-50.

4. Conclusion
Based on the results, it can be concluded that CaTiO$_3$ was successfully prepared from scallop shell. The derived CaTiO$_3$ shows activity in coliform disinfection as utilized in the formation of antibacterial ceramic.

Acknowledgments
The authors gratefully acknowledge the financial support of Chemistry Department, Universitas Islam Indonesia.

References
[1] Heydari M, Fazaeli R, Yousefi M. Preparation of Perovskite Nanocomposites and Photochemical Degradation Kinetics of Acid Yellow 199 2012;15:7–15.
[2] Lertpanyapornchai B, Ngamcharussrivichai C. Mesosstructured Sr and Ti mixed oxides as heterogeneous base catalysts for transesterification of palm kernel oil with methanol. Chemical Engineering Journal 2015;264:789–96. doi:10.1016/j.cej.2014.12.031.
[3] Dong W, Song B, Meng W, Zhao G, Han G. A simple solvothermal process to synthesize CaTiO$_3$ microspheres and its photocatalytic properties. Applied Surface Science 2015;349:272–8. doi:10.1016/j.apsusc.2015.05.006.
[4] Han C, Liu J, Yang W, Wu Q, Yang H, Xue X. Enhancement of photocatalytic activity of CaTiO$_3$ through HNO3 acidification. Journal of Photochemistry and Photobiology A: Chemistry 2016;322–323:1–9. doi:10.1016/j.jphotochem.2016.02.012.
[5] Kaliaraj GS, Kirubaharan K, Pradhaban G, Kuppusami P, Vishwakarma V. Isolation and characterization of biogenic calcium carbonate/phosphate from oral bacteria and their adhesion studies on YSZ-coated titanium substrate for dental implant application. Bulletin of Materials Science 2016;39:385–9.
[6] Linggawati A, Anita S, Amri TA. Preparation and Characterization of Calcium Oxide Heterogeneous Catalyst Derived from AnadaraGranosaShell for Biodiesel Synthesis 2016:2016:1–8. doi:10.18502/keg.v1i1.494.
[7] Yang H, Han C, Xue X. Photocatalytic activity of Fe-doped CaTiO$_3$ under UV-visible light. Journal of Environmental Sciences (China) 2014;26:1489–95. doi:10.1016/j.jes.2014.05.015.
[8] Gaikwad SS, Borhade A V., Gaikwad VB. A green chemistry approach for synthesis of CaTiO$_3$ photocatalyst: Its effects on degradation of methylene blue, phytotoxicity and microbial study. Der Pharma Chemica 2012;4:184–93.